# Stochastic M odel for the Interaction of Buckling and Fracture in Th in Tension-Loaded Sheets 

B j m Sk jetne, ${ }^{1,2}$ Toroj m Helle, ${ }^{1}$ and A lex $H$ ansen²<br>${ }^{1}$ D epartm ent of $C$ hem ical Engineering, N orw egian U niversity of Science and Technology, N-7491 Trondheim, N orway<br>${ }^{2}$ D epartm ent of $P$ hysics, $N$ orw egian U niversity of Science and Technology, N-7491 Trondheim, N orway (D ated: A pril 14, 2024)


#### Abstract

W e introduce a m odel of fracture which includes the out-of-plane degrees of freedom necessary to describe buckling in a thin-sheet $m$ aterial. T he $m$ odel is a regular square lattice of elastic beam $s$, rigidly connected at the nodes so as to preserve rotational invariance. Fracture is in itiated by displacem ent control, applying a uniaxial force couple at the top and bottom rows of the lattice in m ode-I type loading. The approach lends itself naturally to the inclusion of disorder and enables a $w$ ide variety of fracture behaviours to be studied, ranging from system $s w$ ith a sim ple geom etrical discontinuity to $m$ ore com plex crack geom etries and random cracking. B reakdown can be in itiated from a pre-cracked sheet or from an intact sheet where the rst dam age appears at random, and buckling sets in when a displacem ent vector containing out-of-place com ponents becom es energetically favourable over one which does not. In this paper we only consider center-cracked sheets w ith no disorder and include som e results relevant to the force- and displacem ent- elds, and the buckling response ratio. R ather than carry out a com prehensive study of such system $s$, the em phasis presently is on the developm ent of the $m$ odel itself.


PACS num bers: 81.40 Jj j, 62 .20.-x, 05.40 .-a

## I. IN T R O D U C T IO N

U nderstanding how, and when, $m$ aterials break are im portant in $m$ any engineering applications. $T$ his is so for a num ber of reasons \{ the $m$ otivation to study fracture $m$ ay, for instance, be related to safety issues, such as determ ining when cracks form in concrete structures, or it $m$ ay be one of econom ical gain, as in the case when the runnability of a printing press in the paper industry is considered. Few materials, be they natural or $m$ anufactured, are perfect, how ever. H ence, the disorder in the $m$ icro-structure needs to be accounted for in order to obtain a realistic description.

O ver the past fteen years $m$ ethods have em erged w th in the statistical physics com m unity to successfilly tackle just such problem s [1] 1 term ediate betw een the $m$ icroscopic, or rst principles, approach and the $m$ ean-eld type of approach. In the form er case fracture properties are derived from interm olecular or inter-atom ic forces, representing a problem which is both theoretically dem anding and heavy on num erical resources. In the latter case disorder cannot be included in a satisfactory way. This is a big draw back since the presence of disorder in a m aterial is crucial to the way it fractures. D isorder a ects the stress eld in such a way as to enhance the already existing heterogeneities. This interplay, betw een a constantly evolving non-uniform stress eld and local variations in $m$ aterial properties, can nevertheless be handled in a num erically tractable way using lattioe $m$ odels.

The most com $m$ on lattice $m$ odels used in engineering applications are nite elem ent $m$ ethods (FEM), the im plem entation of which is usually based on com mer-
cially available com puter codes. The lattice $m$ odels currently used in statistical physics di er som ew hat from the FEM -approach in that the grid used is regular, i.e., the sam e everyw here, rather than one which adjusts the $m$ esh size according to where the stress eld is $m$ ost intense. A though FEM m odeling is certainly more suitable in describing hom ogeneous $m$ aterials, the require$m$ ent that the stress eld should vary slow ly over each elem ent $m$ akes the approach cumbersom $e$ in the presence of heterogeneities. In the stochastic lattice m odel, how ever, the nodes are thought of as being connected by ob jects such as elastic beam s or current carrying elem ents. W hile in som e respects being less sophisticated than FEM m ethods, the interpretation of the algorithm is $\mathrm{much} m$ ore transparent and the approach also has the advantage of allow ing disorder to be included quite generally.

In the stochastic models, the localequilibrium in foroe and $m$ om ent is considered on a $m$ esoscopic scale, i.e., on a scale $m$ uch sm aller than the extemal dim ension of the lattice but still su ciently large for the forces to be govemed by well known physical laws. In this sense it is also a very good altemative to the farm ore com plicated approach of including disorder on the $m$ icroscopic level. Since only the nearest neighbours on the lattice are included the calculation of the displacem ent eld reduces to the inversion a sparse $m$ atrix, enabling reasonably large system $s$ to be handled com putationally.

O ne feature which is of a phenom enological nature, how ever, is the breaking rule \{ the choige here is guided by intuition rather than by the inner workings of the m odel itself. In other w ords, breaking does not arise as a natural consequence of the calculations. $T$ his is actually
an advantage in that the $m$ echanism by which the system ruptures can be tailored to suit di erent engineering requirem ents. If we regard thin planarm aterials, for instance, the energy required to propagate a crack across a given area is usually $m$ uch low er in $m$ ode-III fracture, i.e., tearing, than in the pure tensile loading of $m$ ode-I fracture. Fam iliar exam ples of disordered $m$ aterials which behave this way are textiles and paper.

M ost of the research done so far in stochastic lattioe m odeling aim s to identify the underlying general principles of the fracture process rather than to address traditional problem $s$ in fracture $m$ echanics. In this paper the plane beam m odel $\overline{[ }[\mathbf{l}]$, which has been used previously to study scaling laws in fracture, is extended to include a speci c, and practical, aspect of fracture w hich is very im portant for thin sheet $m$ aterials, i.e., buckling. A $s$ is well know $n$, buckling can profoundly in uence the
 devoting our attention to this problem in full, we brie $y$ $m$ ention part of the background which has inspired the use of lattice $m$ odeling as a tool in statistical physics.

In $m$ odeling experim ents of random $m$ edia, the feature which by far has received the $m$ ost attention is the $m$ onphology of crack surfaces. $M$ any surfaces in nature are found to be selfa ne, i.e., statistically invariant $w$ ith respect to anisotropic scale transform ations. The m orphology of such surfaces can be described by sim ple_ scaling law s, behaving very m uch like fractal objects [G]. T hese scaling law s provide a theoretical fram ework whereby much inform ation can be summed up in a few param eters. Certain features have been found to share a com $m$ on basis $w$ th other, seem ingly unrelated, problems such as deposition and grow th processes, or transport properties in random m edia [ [1]. In the case of fracture it has been established that crack surfaces scale as $W \quad L$, where $L$ is the system size, $W$ is the roughness and is the roughness exponent. O ther scaling law s have been studied, e.g., in connection w th the distribution of stresses, or for the totalam ount of dam age found at various stages in the breakdow $n$ process.

By far the $m$ ost popular tool in such studies has been the random fuse $m$ odel [㱫]. In the fuse $m$ odel, the nodes on the lattice are connected by current-carrying elem ents, i.e., fuses. The threshold for the am ount of current which $m$ ay ow through each fuse is chosen from a random distribution. H ence, in the breakdown process a fuse is irreversibly rem oved from the lattice once its threshold is exceeded. A new distribution of currents is then calculated before the next firse is rem oved, and so on, untilan uninterrupted path can be traced across the system. A lthough it really describes electrical breakdow $n$, the fuse m odelis often referred to as a scalarm odelof fracture due to the sim ilarity in form betw een O hm 's law and H ooke's law of linear elasticity. Results obtained for $w$ th the fuse $m$ odelare found to be di erent in tw o and three dim ensions, how ever. The results are $=0: 74$ (2) in tw o dim ensions $\left[\frac{[9}{[1]}\right]$ and $=0: 62$ (5) in three dim ensions [1 $[1 \mathbf{1}]$. A 1though the form er seem sto agree $w$ th experim ental nd-
ings, the latter does not. Furtherm ore, the type of forces involved on the $m$ eso-scale also seem to $m$ ake a di erence, i.e., the results obtained w ith a scalarm odel di er from those obtained with a vectorialm odel. Speci cally, in calculationsw ith the elastic_beam m odel $=0: 86(3)$ is obtained in tw o dim ensions [ $[1] 1]$. The di erence betw een the results of the two and three dim ensional fuse $m$ odel indicates that the additional degrees of freedom a orded by the (three-dim ensional) buckling beam m odel should provide a lower estim ate for the roughness exponent in the vectorial problem as well. Since the observed value in realm aterials, ie., $=0: 8$ [ [12 3 ], in fact does lie below the tw o dim ensional beam lattice result, it would be interesting to see if the buckling beam lattige reproduces the universal value observed in nature.

H owever, although such fundam ental aspects of the fracture process are certainly interesting, the sub ject of how buckling a ects the scaling laws are left for future study. The focus in this paper is instead on the developm ent of a lattice $m$ odel that realistically includes the buckling behaviour observed in thin sheet $m$ aterials. T he characteristic out-ofplane de ection known as buckling is perhaps $m$ ost frequently associated $w$ th thin plates or beam s under com pressive loading. P resently, how ever, we concem ourselves $w$ th the special case of a thin planar structure under tensile loading. The interaction of buckling w th fracture in such circum stances is a well know $n$ phenom enon, although it has often been neglected in fracture $m$ echanics analyses due to the extra com plications involved. O ne of the characteristic features of buckling in a thin tension-loaded sheet is that a stable out-of-plane con guration is obtained after buckling has set in. This is in stark contrast with the case of com pressive loading, where loss of stability usually signals com plete breakdow $n$.

P ractically allprevious w ork considers the e ect buckling has on the strength properties of an already cracked plate or a plate $w$ th a geom etrical discontinuity such as a circular hole or a rectangular cut-out. If the physical param eters of the plate are such that buckling can be expected before the crack begins to grow, the residual strength of the plate w illbe signi cantly low er than w hat w ould otherw ise be expected, based on an analysis which does not take account of buckling. T he present study of fracture and buckling $w$ ill be m ore general in scope. In other words, we also regard sheets which, in their initial state, have no cracks or other discontinuities. Instead, cracks form by a com plex process which depends on the evolving distribution ofstresses and its interaction with a disordered $m$ eso-structure. $T$ he onset ofbuckling in this scenario, and the e ect buckling has on the fracture properties, w ill vary according to the type of disorder used, i.e., w eak or strong. N onetheless, even for w eak disorders the nal crack which breaks the system will only rarely appear at the exact center of the sheet, and even then the situation will usually be com plicated by additional cracks in the vicinity \{ cracks which interact with the $m$ ain crack so as to alter the distribution of stresses and


FIG.1: O $n$ the left-hand side is shown a lattice of size $L=5$ where a force couple has been applied uniform ly on opposite edges. The strain im posed is consistent w ith m ode-I type fracture and corresponds to a displacem ent $L=1$ in the $Y$-direction. The enum eration schem e of the neighbouring beam $s$ is shown on the right-hand side, where a rotation at node i (center dot) induces shearing forces and bending mo$m$ ents in the neighbouring beam $s$.
hence also the exact shape orm ode ofbuckling.
The em phasis here, how ever, is on the developm ent of the m odel itself. For ilhustration purposes, a few results are inchuded on uniform system $s w i t h$ a center-crack. In section "III the plane beam m odel is brie y review ed, before the equations describing the out-of-plane behaviour are derived in section 'IIIT. Typical stress and displaœe$m$ ent elds are show $n$ in sections' $\overline{1} \bar{V} \bar{\prime}$ and $\bar{V} \overline{1}$, respectively, before the initialization of buckling is discussed in section $\bar{V} \ddagger$ and a fracture criterion de ned in section V where results for the buckling response ratio of a centercracked sheet are included.

## II. PLANE BEAM LATTICE

$T$ he beam $m$ odel $m$ ay be de ned as a regular square lattice of size $L \mathrm{~L}$, where the spacing is one unit length, and each node in the horizontal and vertical in-plane directions is connected to its nearest neighbours by elastic beam s. A beam is then fastened to other beam $s$ in such a way that, upon subsequent displacem ent of neighbouring nodes, the angle betw een beam $s$ rem ains the same as in the original underlying square lattice, see Fig. $\overline{11} 1$. Furtherm ore, all.beam s are im agined as having a certain thickness, providing nite shear elasticity.

Beginning with the simple two dim ensional beam m odel, there are three possible degrees of freedom, i.e., translations in the horizontal ( x ) and vertical ( y ) directions, and rotations about the axis perpendicular to the plane (w). A s show n in Fig. ${ }_{1}^{1}$, this allow s for both bending m om ents and transverse shearing foroes, in addition to the axially tensile, or com pressive, forces.

For any node $i$, the nearest neighbours $j$ are num bered in an anti-clockw ise $m$ anner, beginning $w$ ith $j=1$ to the right ofi. De ning $r=r_{j} \quad r_{i}$, where $r 2 f x ; y ; w$, the
forces on idue to $j=1$ are

$$
\begin{align*}
{ }_{w} M_{i}^{(1)} & =\frac{1}{+\frac{1}{12}}-w+\frac{Y}{2} \quad \frac{1}{3}\left(w_{i}+\frac{w_{j}}{2}\right) ;  \tag{1}\\
{ }_{\mathrm{y}_{i}}{ }^{(1)} & =\frac{1}{+\frac{12}{12}} \quad y \quad \frac{1}{2} w_{i}+w_{j} ;  \tag{2}\\
{ }_{x} A_{i}^{(1)} & =\frac{1}{x} ; \tag{3}
\end{align*}
$$

for the $m$ om ent due to angular displacem ents $w$, shear and transverse force due to displacem ents $y$, and axial strain due to displacem ents $x$, respectively. Expressions for $j>1$ are analogous.
$P$ refactors characteristic of the $m$ aterialand its dim ensions are

$$
\begin{equation*}
=\frac{1}{E} ; \quad=\frac{1}{G} ; \quad=\frac{1}{E I} ; \tag{4}
\end{equation*}
$$

where $E$ is Young'sm odulus, and I the area of the beam section and its m om ent of inertia about the centroidal axis, respectively, and G the shearm odulus [13] ].
$T$ he conjugate gradient $m$ ethod [ [14] is used to obtain the displacem ent eld from
where

$$
\begin{align*}
X_{i} & ={ }_{x} A_{i}^{(1)}+{ }_{x} T_{i}^{(2)}+{ }_{x} A_{i}^{(3)}+{ }_{x} T_{i}^{(4)} ;  \tag{6}\\
Y_{i} & ={ }_{y} T_{i}^{(1)}+{ }_{y} A_{i}^{(2)}+{ }_{y} T_{i}^{(3)}+{ }_{y} A_{i}^{(4)} ;  \tag{7}\\
W_{i} & =X^{4}{ }_{j=1}{ }_{w} M_{i}^{(j)} ;
\end{align*}
$$

are the com ponents of force and $m$ om ent.
The m aterial is assum ed to be brittle, i.e., each beam is linearly elastic up to the breaking threshold. Using $t_{A}$ and $t_{1}$ for the thresholds in axialstrain and bending m om ent, respectively, a good breaking criterion, inspired from Tresca's form ula, is

$$
\begin{equation*}
{\frac{A}{t_{A}}}^{2}+\frac{M M}{t_{M}} \quad 1 ; \tag{9}
\end{equation*}
$$

where $\mathbb{M}_{\mathrm{M}} j=\max \left(\mathrm{M}_{\mathrm{i}} j_{j} \mathrm{M}_{\mathrm{j}}\right\rangle$ ) is the largest of the $\mathrm{mo} \mathrm{o}^{-}$ $m$ ents at the two beam ends $i$ and $j$.

The fracture process is in itiated by im posing an extemal vertical displacem ent which at the top row _corresponds to one beam -length, i.e., $L=1$, see F ig.. lattice now consists of horizontally undeform ed beam s and beam $s$ which in the vertical direction are stretched lengthw ise. The rst beam to break is that for which the ratio $A=t_{A}$ is largest, this being the vertically oriented beam which has the lowest value of $t_{A}$. If all threshold values are the sam e, the next beam to break will be one of the nearest lateral neighbours since these now


FIG.2: A disordered beam lattice of size $L=19$, which is strained to failure in $m$ ode-I type fracture, i.e., by applying a force couple at the top and bottom edges. The presence of a central crack leads to the build-up of com pressive stresses around the crack edges, causing the structure to de ect out of the initial rest plane.
carry a larger load than other beam s on the lattice. T he case of no disorder is thus one in which the crack propagates horizontally from the initial dam age, taking the shortest possible path to break the lattioe apart. Introducing disorder in the breaking thresholds, $m$ aterial strength varies across the lattice and consequently the crack will not necessarily develop from the initial dam age point. Instead $m$ icrocracks and voids form wherever the stress concentration $m$ ost exceeds the local strength, i.e., wherever Eq. ( $\underline{q}_{1}$ ) dictates that the next beam should be broken. Tow ards the end of the breakdown process sm aller cracks $m$ erge into a m acroscopic crack, form ing a sinuous path which ultim ately traverses the width of the lattice and thus breaks it apart, see, for instance, F ig. $\mathrm{IN}_{\mathrm{Z}}$. In this scenario the quenched disorder on the thresholds and the non-uniform stress distribution combine to determ ine where the next break w ill occur. The stress distribution itself also continually changes as the dam age spreads.

Throughout the process, the equilibrium stress eld is re-calculated by use of Eq. (5) each tim e a beam is rem oved. T he stress eld therefore relaxes at a ratem uch faster than the process by which the crack grow s. H ence, the $m$ odel describes quasi-static fracture.

## III. BUCKLINGBEAM LATTICE

The displacem ents of a real $m$ aterial, even if its geom etry is essentially con ned to a plane, will generally occupy three dim ensions. For instance, when opposite foroes are applied uniform ly along the top and bottom edges of a sheet of paper, $w$ ith the ob ject ofstraining it to failure, signi cant displacem ents $w$ ill be observed in the direction perpendicular to the sheet, see F ig. com es especially evident wherever sizable cracks appear. Reasons for this behaviour are deviations in the sym $m$ etry of the $m$ aterial itself, or its properties, about the plane through which the extemally applied foroes act. In som e cases such deviationsm ay sim ply correspond to an uneven thickness, or they $m$ ay be caused by local variations in density, a gradient in the orientation of the $m$ icro
structure, and so forth.
To include this behaviour, the plane beam modelm ust inconporate at least two additional features. O ne is the random variation of the $m$ aterial in the out-of-plane direction. Since lattice $m$ odeling reduces the $m$ aterial to a set ofpoints corresponding to the nodes on a $m$ athem atically precise tw o-dim ensional lattioe, the m ost convenient approach is to im pose a very sm allrandom ly chosen verticaldisplacem ent on each node. $T$ his is discussed in $m$ ore detail in section $\ddagger$. The other feature to be included, and the topic of the present section, is the physics of the forces which create, and $m$ aintain, the out-of-plane displacem ent eld.

In the buckling beam m odelwe have one translational and one rotational displacem ent relevant to each of the principal axes, i.e., six degrees of freedom, w ith the $m$ atrix system

$$
\begin{aligned}
& 2_{u_{i}}{ }^{3} \quad 2 U_{i}{ }^{3}
\end{aligned}
$$

replacing E q. ( ${ }_{-1}{ }^{\prime}$ ) . P resently the forces are pro jected onto the $X Y-, X Z$ and $Y Z-p l a n e s$, and hence $X_{i}$ of q . ( $\left(\overline{1} \bar{O}_{1}^{\prime}\right)$, that is,

$$
\begin{equation*}
X_{i}=X_{j=1}^{X^{4}} X_{i}^{(j)} \tag{11}
\end{equation*}
$$

can be stated as

$$
\begin{align*}
& X_{i}={ }_{x}^{A} X X_{i}^{(1)}+{ }_{x}^{T} X Y_{i}^{(1)}+{ }_{x}^{B} X Y_{i}^{(1)}  \tag{12}\\
& +{ }_{\mathrm{X}}^{\mathrm{T}} \mathrm{XZ} \mathrm{Z}_{i}^{(1)}+{ }_{\mathrm{X}}^{\mathrm{B}} \mathrm{XZ} \mathrm{Z}^{(1)} \\
& +{ }_{x}^{A} X Y_{i}{ }^{(2)}+{ }_{x}^{T} X Y_{i}{ }^{(2)}+{ }_{x}^{B} X Y_{i}{ }^{(2)} \\
& +{ }_{x}^{A} X X{ }_{i}^{(3)}+{ }_{x}^{T} X Y_{i}^{(3)}+{ }_{x}^{B} X Y_{i}^{(3)} \\
& +{ }_{\mathrm{X}}^{\mathrm{T}} \mathrm{XZ} \mathrm{Z}_{\mathrm{i}}^{(3)}+{ }_{\mathrm{X}}^{\mathrm{B}} \mathrm{XZ} \mathrm{Z}_{\mathrm{i}}{ }^{(3)} \\
& +{ }_{\mathrm{x}}^{\mathrm{A}} \mathrm{X} \mathrm{Y}_{\mathrm{i}}{ }^{(4)}+{ }_{\mathrm{X}}^{\mathrm{T}} \mathrm{X} \mathrm{Y}_{\mathrm{i}}{ }^{(4)}+{ }_{\mathrm{X}}^{\mathrm{B}} \mathrm{X} \mathrm{Y}_{\mathrm{i}}{ }^{(4)} \text {; }
\end{align*}
$$

where the term ${ }_{x}^{B} X Z_{i}^{(1)}$, for instance, is the $x$-com ponent of the buckling (B) foroe due to $j=1$, as pro jected onto the X Z-plane. A xial and transverse contributions are denoted ( A ) and ( T ), respectively.
$T$ he rotationaldisplacem ents about the $Y$-and $X$-axes are denoted $u$ and $v$, respectively, and $z$ is used for verticaldisplacem ents along the $Z$-axis. A coordinate system is placed on each node, whereupon forces and $m$ om ents are expressed as functions of the displacem ents. To this end, an elastic beam w th no end restraints [ $1{ }^{-1}$ ] $]$ is considered, as in the case of the plane $m$ odel. In the buckling m odel, how ever, the coordinate system is additionally rotated about the relevant angle w ithin the X Z -, Y Z - or X Y -plane, i.e., u, v or w .


FIG. 3: The buckling term, $\frac{1}{2} P$, at node $i$ due to $j=1$ in the case of an axially com pressive load, show ing the angular displacem ents, $u_{i}$ and $u_{j}$, the bending angle, , the axial force, $F$, and the com ponent $P$, of $F$, which is parallel to the beam axis at node i. A lso show $n$ is the originalX $Z$-system and the $\mathrm{X}^{0} \mathrm{Z}^{0}$-system.

$$
\text { W ith the exception of the signs on the term } s \text { of }
$$

Eq. (1-2), contributions from neighbours $j=1$ and $j=3$ are sim ilar, as are those from $j=2$ and $j=4$.

C onsequently, if we de ne

$$
\begin{equation*}
p_{j}=\frac{1}{2} 1 \quad(1)^{j} ; \tag{13}
\end{equation*}
$$

$w$ th $q_{j}=1 \quad p_{j}$, and

$$
\begin{equation*}
r_{j}=\sum_{n=0}^{\dot{Y}^{1}}(1)^{n} \tag{14}
\end{equation*}
$$

$w$ ith $S_{j}=(1)^{j} r_{j}$, for notational convenience, then the total force on i along the $X$-axis, $w$ th the contributions from all four of the neighbouring beam s having been included, reads

$$
\begin{align*}
& \begin{aligned}
X_{i}= & X^{4}{ }_{j=1}{ }_{i}{ }^{(j)} p_{j} \cos w_{i} \cos u_{i} \quad q_{j} \sin w_{i} \cos v_{i} \quad \frac{w}{2} \cos w p_{j} \sin w_{i}+q_{j} \cos w_{i} \\
& p_{j} \frac{u}{2} \cos u \sin u_{i} s_{j}
\end{aligned}  \tag{15}\\
& +\frac{1}{+\frac{z}{12}}_{j=1}^{x^{4}} p_{j} x+q y \sin w_{i}+\quad 1^{j} p_{j} y+q_{j} x \cos w_{i} \quad s_{j} \frac{w}{2}+\sin w_{i} \\
& p_{j} \sin w_{i}+q_{j} \cos w_{i} \\
& +\frac{1}{+\frac{y}{12}}_{j=1}^{X^{4}} x \sin u_{i}+1^{j} z \cos u_{i}+r_{j} \frac{u}{2}+\sin u_{i} \quad p_{j} \sin u_{i}:
\end{align*}
$$

In Eq. $\left.\overline{(1 \overline{1}} \overline{5_{1}^{\prime}}\right)$, m oreover,

$$
\begin{equation*}
C(u ; v)=p_{j} \frac{u}{2} \sin \left(\frac{u}{2}\right){ }^{1}+q_{j} \frac{v}{2} \sin \left(\frac{v}{2}\right) \quad 1 \tag{16}
\end{equation*}
$$

is an angular correction to

$$
\begin{equation*}
F_{i}^{(j)}=\frac{1}{-} \quad 1 \quad C(u ; v) \quad \bar{q} \overline{z^{2}+1} \quad\left(p_{j} x+q \quad y\right) s_{j}^{2} \quad ; \tag{17}
\end{equation*}
$$

the latter being the projection onto the X Z-plane of the force along the axis of the beam. If we consider the $j=1$ com ponent in Eq. (121),

$$
\begin{equation*}
{ }_{x}^{A} X_{X} X_{i}^{(1)}=F_{i}^{(1)} \operatorname{cosw}_{i} \operatorname{cosu}_{i} \tag{18}
\end{equation*}
$$

is the contribution due to elongation or com pression along the axis of the beam,

$$
\begin{equation*}
{ }_{x}^{T} X Y_{i}^{(1)}=\frac{1}{+\frac{z}{12}}^{h} 1+x \sin w_{i} \quad y \cos w_{i}+\frac{w^{i}}{2} \sin w_{i} \tag{19}
\end{equation*}
$$

is due to forces which are transverse to the axis of the beam, and

$$
\begin{equation*}
{ }_{\mathrm{x}}^{\mathrm{B}} \mathrm{X} \mathrm{Y}_{\mathrm{i}}{ }^{(1)}=\mathrm{F}_{\mathrm{i}}{ }^{(1)} \frac{\mathrm{w}}{2} \cos \mathrm{w} \sin \mathrm{~W}_{\mathrm{i}} \tag{20}
\end{equation*}
$$

is the contribution due to buckling．The latter arises when a beam in a bent con guration is under com pressive or tensile axial loading，see，e．g，Fig． com ponents along the X －axis are

$$
\begin{equation*}
{ }_{x}^{T} X z_{i}^{(1)}=\frac{1}{+\frac{y}{12}} 1+x \sin u_{i} \quad z \cos u_{i}+\frac{u^{i}}{2} \sin u_{i} \tag{21}
\end{equation*}
$$

from transverse foroes，and

$$
\begin{equation*}
{ }_{\mathrm{x}}^{\mathrm{B}} \mathrm{XZ}_{i}^{(1)}=\mathrm{F}_{\mathrm{i}}^{(1)} \frac{\mathrm{u}}{2} \cos u \sin u_{i} \tag{22}
\end{equation*}
$$

from buckling．
T he buckling term，as obtained in the low est order ap－ proxim ation，is essentially the product of a bending an－ gle，，and an axial force com ponent，$P$ ，the latter being parallel to the axis at the opposite end of the beam．T he com ponent of the buckling reaction in the $\mathrm{X}^{0} \mathrm{Z}^{0}$－system which lies along the X －axis in the XZ －system is then ${ }_{x}^{\mathrm{B}} \mathrm{X} \mathrm{Z}_{\mathrm{i}}^{(1)}$ ，i．e．，E q．（22）

Eq．（211），m oreover，corresponds to that part of the transverse force（including shear）which does not include buckling and is sim ilarly obtained，i．e．，by rotating the axes in Eq．（2l）．

Finally，the axial term becom es

$$
\begin{equation*}
\lim _{u ; z!}{ }_{0}^{A} X_{X} X_{i}^{(1)}={ }_{x} A_{i}^{(1)} \operatorname{cosw}_{i} \tag{23}
\end{equation*}
$$

when the out－of－plane displacem ents are set to zero． H ence，in this case，only when the rotation of the $\mathrm{X}_{\mathbf{-}} \mathrm{Y}_{-}$－ system onto the $X^{0} Y^{0}$－system is neglected does Eq．（12） reduce to Eq．（⿳亠二口刂土），of the plane beam m odel．

A though forces and displacem ents on a beam under sim ultaneous axialand transverse loading cannot，in gen－ eral，be obtained by supenposition，com binations such as ${ }_{\mathrm{x}}^{\mathrm{T}} \mathrm{X} \mathrm{Z}_{\mathrm{i}}{ }^{(1)}+{ }_{\mathrm{x}}^{\mathrm{B}} \mathrm{X} \mathrm{Z}_{i}^{(1)}$ in Eq．（12 $\left.{ }^{-1}\right)$ result w hen only the leading tem $S$, in $_{2} P$ ，are retained after inverting the expressions of R ef．［1］＿］．This also causes the buckling term in tensile loading to be the sam e as that in com pressive loading，a
change of sign being the only di erence．
$T$ he expression for the $Y$－com ponent is sim ilar to that of the $X$－com ponent，and is obtained by changing around the directions in Eq．（12），i．e．，

$$
\begin{align*}
Y_{i} & ={ }_{y}^{A} X Y_{i}^{(1)}+{ }_{Y}^{T} X Y_{i}^{(1)}+{ }_{Y}^{B} X Y_{i}^{(1)}  \tag{24}\\
& +{ }_{Y}^{A} Y Y_{i}^{(2)}+{ }_{Y}^{T} X Y_{i}^{(2)}+{ }_{Y}^{B} X Y_{i}^{(2)} \\
& +{ }_{Y}^{\mathrm{T}} \mathrm{Y} Z_{i}^{(2)}+{ }_{Y}^{B} Y Z_{i}^{(2)} \\
& +{ }_{Y}^{A} X Y_{i}^{(3)}+{ }_{Y}^{T} X Y_{i}^{(3)}+{ }_{Y}^{B} X Y_{i}^{(3)} \\
& +{ }_{Y}^{A} Y Y_{i}^{(4)}+{ }_{Y}^{T} X Y_{i}^{(4)}+{ }_{Y}^{B} X Y_{i}^{(4)} \\
& +{ }_{Y}^{\mathrm{T}} Y Z_{i}^{(4)}+{ }_{Y}^{B} Y Z_{i}^{(4)}:
\end{align*}
$$

T he Z－com ponent，furthem ore，is

$$
\begin{align*}
Z_{i} & ={ }_{Z}^{A} X Z_{i}^{(1)}+{ }_{Z}^{T} X Z_{i}^{(1)}+{ }_{Z}^{B} X Z_{(i)}^{(1)}  \tag{25}\\
& +{ }_{z}^{A} Y Z_{i}^{(2)}+{ }_{z}^{T} Y Z_{i}^{(2)}+{ }_{z}^{B} Y Z_{i}^{(2)} \\
& +{ }_{z}^{A} X Z_{i}^{(3)}+{ }_{z}^{T} X Z_{i}^{(3)}+{ }_{z}^{B} X Z_{i}^{(3)} \\
& +{ }_{z}^{A} Y Z_{i}^{(4)}+{ }_{z}^{T} Y Z_{i}^{(4)}+{ }_{z}^{B} Y Z_{i}^{(4)} ;
\end{align*}
$$

i．e．，also sim ilar in form to E q．（12 $\left.\overline{1}^{\prime}\right)$ but w ith lines num ber two and ve om itted．

The full expressions are then

$$
p_{j} \operatorname{cosw}_{i}+q_{j} \sin w_{i}
$$

$$
+\frac{1}{+\frac{x}{12}}_{j=1}^{X^{4}} \quad 1^{j} y \sin v_{i} \quad z \cos v_{i} \quad s_{j} \frac{v}{2}+\sin v_{i} \quad q_{j} \sin v_{i}
$$

$$
\begin{align*}
& Y_{i}=X_{j=1}^{4} F_{i}^{(j)} q_{j} \operatorname{cosw}_{i} \operatorname{cosv}_{i} \quad p_{j} \sin w_{i} \operatorname{cosu}_{i} \quad \frac{w}{2} \cos w p_{j} \cos w_{i}+q_{j} \sin w_{i}  \tag{26}\\
& q_{j} \frac{v}{2} \cos \quad v \sin v_{i} \quad r_{j} \\
& +\frac{1}{+\frac{z}{12}}_{j=1}^{x^{4}} \quad 1^{j} p_{j} x+q y \sin w_{i}+p_{j} y+q_{j} x \cos w_{i} \quad r_{j} \frac{w}{2}+\sin w_{i}
\end{align*}
$$

for the force in the horizontal direction, and

$$
\begin{aligned}
& Z_{i}=\quad X^{4} F_{i}{ }^{(j)} p_{j} \sin u_{i} \quad q_{j} \sin v_{i}+p_{j} \frac{u}{2} \cos u \cos u_{i} \quad q_{j} \frac{v}{2} \cos v \cos v_{i} \quad r_{j} ; \\
& \frac{1}{+\frac{y}{12}}_{j=1}^{X^{4}} 1+r_{j} x \sin u_{i} \quad r_{j} z \cos u_{i}+\frac{u}{2} p_{j} \cos u_{i} \\
& \frac{1}{+\frac{x}{12}}_{j=1}^{X^{4}} 1 \quad r_{j} y \sin v_{i}+r_{j} \quad z \cos v_{i}+\frac{v}{2} \quad q_{j} \operatorname{cosv}_{i}
\end{aligned}
$$

for the force in the direction penpendicular to the rest plane.
C onsidering next the rotational contributions, a beam under axial loading, which is sim ultaneously bent, is show $n$ in $F$ ig. ${ }^{\prime \prime}$. In this case a buckling term arises which is again the product of a bending angle, , and an axial force com ponent. For rotations about the $Z$-axis, this gives

$$
\begin{equation*}
W_{i}={ }_{W}^{M} X Y_{i}^{(1)}+{ }_{w}^{B} X Y_{i}^{(1)}+{ }_{w}^{M} X Y_{i}^{(2)}+{ }_{W}^{B} X Y_{i}^{(2)}+{ }_{W}^{M} X Y_{i}^{(3)}+{ }_{W}^{B} X Y_{i}^{(3)}+{ }_{W}^{M} X Y_{i}^{(4)}+{ }_{W}^{B} X Y_{i}^{(4)}: \tag{28}
\end{equation*}
$$



F IG . 4: The contribution $\frac{1}{4} \mathrm{P}$ to the in-planem om ent at node $i$ from $j=2$, due to buckling, in the case of a tensile axial load. Shown are the angular displacem ents, $w_{i}$ and $w_{j}$, the bending angle, , the axial force, $F$, and the com ponent $P$, of $F$, which is parallel to the axis of the beam at the opposite end, i.e., at node $j=2$.

For each beam in Eq. (20) there are tw o term $s$, one analogous to Eq. ( $I_{1}^{1}$ ) and denoted (M), and one extra term, such as ${ }_{W}^{B} X Y_{i}{ }^{(1)}$, which is the contribution due to the beam being sim ultaneously bent while under axial loading. Sim ilarly, we have

$$
\begin{align*}
U_{i} & ={ }_{u}^{M} X Z_{i}^{(1)}+{ }_{u}^{B} X Z_{i}^{(1)}+{ }_{u}^{Q} Y Y_{i}^{(2)}  \tag{29}\\
& +{ }_{u}^{\mathrm{M}} X Z_{i}^{(3)}+{ }_{u}^{\mathrm{B}} X Z_{i}^{(3)}+{ }_{u}^{Q} Y Y_{i}^{(4)} ;
\end{align*}
$$

for rotations about the $Y$-axis, and

$$
\begin{align*}
& +{ }_{\mathrm{V}}^{Q} \mathrm{XX} \mathrm{X}_{\mathrm{i}}^{(3)}+{ }_{\mathrm{V}}^{\mathrm{M}} \mathrm{YZ}_{\mathrm{i}}^{(4)}+{ }_{\mathrm{V}}^{\mathrm{B}} \mathrm{YZ}_{\mathrm{i}}{ }^{(4)} \text {; } \tag{30}
\end{align*}
$$

for rotations about the X -axis, where $(\mathrm{Q})$ denotes the torque. In Eq. (291), the torque is sim ply

$$
\begin{equation*}
{ }_{u}^{Q} Y Y_{i}^{(2)}=u ; \tag{31}
\end{equation*}
$$

where, assum ing $w>t$, the $m$ aterial constant is

$$
\begin{equation*}
=G \frac{w t^{3}}{3} \tag{32}
\end{equation*}
$$

when w denotes the w idth of the beam cross section and $t$ its thickness. T he buckling term reads

$$
\begin{equation*}
{ }_{\mathrm{u}}^{\mathrm{B}} \mathrm{X} \mathrm{Z}_{\mathrm{i}}{ }^{(1)}=\mathrm{F}_{\mathrm{i}}{ }^{(1)} \frac{\mathrm{u}}{4} \cos \mathrm{u} \text {; } \tag{33}
\end{equation*}
$$

and that part of the bending $m$ om ent $w h i c h$ does not involve buckling becom es

$$
\begin{equation*}
{ }_{\mathrm{u}}^{\mathrm{M}} X Z_{i}^{(1)}=\frac{1}{y\left(+\frac{Y}{12}\right)} \quad u \quad \frac{1}{2\left(+\frac{Y}{12}\right)}{ }^{h} 1+u \sin u_{i} \quad z \cos u_{i}+\frac{u^{i}}{3} \tag{34}
\end{equation*}
$$

when the axes are rotated. Eq. (2 $\left.\overline{2}_{1}^{\prime}\right)$, w hen w ritten out in full, is now

$$
\begin{equation*}
\left.U_{i}=\frac{1}{+\frac{x}{12}}_{j=1}^{X^{4}} p_{j}-_{y} u \frac{1}{2}^{h} 1+r_{j} x\right) \sin u_{i} \quad r_{j} z \cos u_{i}+\frac{u^{i}}{3} \quad X_{j=1}^{4} F_{i}^{(j)} p_{j} \frac{u}{4} \cos \quad u \quad q \quad u \tag{35}
\end{equation*}
$$

and Eq. (3"d) is analogous, i.e.,

$$
\begin{equation*}
\left.V_{i}=\frac{1}{+\frac{x}{12}}_{j=1}^{X^{4}} q_{j}-\frac{1^{h}}{2} 1 \quad r_{j} y\right) \sin v_{i}+r_{j} z \cos v_{i}+\frac{v^{i}}{3} \quad X^{4} F_{i}^{(j)} q_{j} \frac{v}{4} \cos v \quad p_{j} \quad v: \tag{36}
\end{equation*}
$$

Finally, for rotations w thin the X Y plane, Eq. (28) becom es

$$
\begin{align*}
W_{i} & =\frac{1}{2\left(+\frac{z}{12}\right)} X_{j=1}^{4} \sin w_{i} \quad S_{j} p_{j} x+q Y \sin w_{i} \quad r_{j} q_{j} x+p_{j} y \operatorname{cosw}_{i}+\frac{w}{3}  \tag{37}\\
& +\frac{X}{z\left(+\frac{z}{12}\right)}_{j=1}^{4} w \frac{1}{4}_{j=1}^{4} F_{i}^{(j)} w \operatorname{cosw}_{i}:
\end{align*}
$$



FIG.5: N ode i and its nearest neighbours $j=1\{4$, shown when the lattice is in an advanced state of buckling. The plane passing through $i$ is uniquely de ned by any $j$ and $j 1$ neighbours of $i$, as show $n$ by the broken lines, and is no longer parallel to the X Y-plane. The out-of-plane reaction (a) is norm al to the $\mathrm{X}^{0} \mathrm{Y}^{0}-\mathrm{plane}$ and (b) is a bending m om ent about the $Y^{0}$-axis.

In the six com ponents ofeq. (1-1]), derived above, prefactors characteristic of the beam and its dim ensions vary according to the principal axis of bending. Hence, in Eq. ( $\left.\underline{L I}_{1}^{\prime}\right)$, we use

$$
\begin{equation*}
I_{z}=\frac{1}{12} w^{3} t \tag{38}
\end{equation*}
$$

for bending w thin the X Y -plane, and

$$
\begin{equation*}
I_{X}=\frac{1}{12} w t^{3}=I_{Y} \tag{39}
\end{equation*}
$$

for bending within the Y Z - and X Z-planes. W e have then assum ed beam s w th a rectangular cross-section, as already noted in connection with Eq. (32). This is convenient in the study of how thin sheets behave during fracture, since one $m$ ay_ then sim ply visualize beam $s w$ ith a at pro le, see Fig. ${ }_{\mathrm{N}}^{1} \mathrm{l}$. In the present calculations the chosen w idth-to-thickness ratio is $10: 1$, so that resistance tow ards bending w thin the plane is $\mathrm{m} u$ uch larger than that which govems out of plane bending.

In the following, results are displayed for nondisordered system s with a central crack. To illustrate the nature of the forces, m om ents and displacem ents involved, sections of the lattioe parallel w th the crack are referred to as $J=1,2, \ldots, L+2$. Hence, on the bottom part of the lattice in $F$ ig.
to $i=L+1$, located on the sam e row parallel w ith the $X$-axis, is referred to as $J=1$. W ith a total of $L+2$ row s J parallelw ith the $Y$-axis, the \near" edge of the crack coincides with $J=L=2+1$ while the \far" edge coincides $w$ ith $J=L=2+1$. Likew ise, the set of nodes $i=1$ to $i=L+2$ parallelw th the $Y$-axis is referred to as, from left to right, $I=1$ to $I=L+1$.

## IV. D ISPLACEMENTS

The equations goveming force and $m$ om ent in a buckling beam lattioe w ere derived in the previous section. At present we have not taken account of the P oisson contraction which is observed in elastic system s \{ at least not at the level of the individual beam. Such an e ect does show up, however, on length scales spanning several beam $s$. O f course, in the $m$ acroscopic behaviour of the lattioe, an exam ple of this is precisely the buckling behaviour we intend to study. The bulging of the crack edges show $n$ in $F$ ig. $\overline{2}$, for instance, com es about as a result of transverse com pressive stresses which develop in the neighbourhood of the crack.

F ig. 'G show s the in-plane displacem ents $x_{i}$ and $y_{i}$ in a lattioe of size $L=100$ at various stages of crack advance$m$ ent. The out-of-plane de ection $z_{i}(\mathbb{N})$ is also show $n$ on the right-hand side. D isplacem ents refer to the initial coordinate system on each node. In the speci cexam ple show $n$ the crack grow stow ards the lefthand side of the lattice, w th the out-of-plane de ection increasing w th the extent of the crack opening. A s previously $m$ entioned, fracture is initialized by displacing the top row a unit distance. In the absence of geom etrical discontinuities, each horizontal row $J$ is then increm entally displaced by an am ount $(\mathrm{L}+1)^{1} \mathrm{w}$ ith respect to the previous row $J$ 1. In the absence of cracks, the displacem ent eld $y_{i}(J ; N)$ then consists of a set of equidistant lines betw een zero and one. W ith a crack present, this is altered into the pattem shown in $F$ ig. 'IG, e.g., for $y_{i}(0)$. A s expected, transverse displacem ents $x_{i}(\mathbb{N})$ are largest close to the face of the crack. Ifw e consider $\mathrm{x}_{\mathrm{i}}(0)$, and $m$ ove from left to right along the edge of the crack,


F IG . 6: D isplacem ent elds across the width of a lattice of size $L=100(I=1$ to $I=101)$ with an in itial center-crack. O n the lefthand side $x_{i}(\mathbb{N})$ is show $n$ for $J=1,3,5$, etc., up to and including the crack interface, i.e., $J=51$. At center is show $n$ $y_{i}(\mathbb{N})$ for $J=1,3, \ldots, 102$. O $n$ the right-hand side, $z_{i}(\mathbb{N})$ is show $n$ for $J=1,3, \ldots, 51$, including also the far side of the crack interface, ie., $J=52$. The num ber of beam $s$ broken is $N$, and crack extent in the four stages show $n$ is $I=34 \quad 68(\mathbb{N}=0)$, $I=1670(\mathbb{N}=20), I=6 \quad 70(\mathbb{N}=30)$, and $I=1 \quad 75(\mathbb{N}=40)$.
beam s are seen to be stretched w herever the slope is positive and com pressed wherever it is negative. A s the crack grow s the net e ect, how ever, is to cause the lattioe to contract in the transverse direction, e.g., w ith the edge on the left-hand side $m$ oving inw ard by about 1.5 beam lengths in the case of $\mathrm{x}_{\mathrm{i}}(40)$.
$T$ he rotation of axes $m$ entioned above is necessary to obtain the correct feedback betw een the force com ponents in the system, such as m utual consistency betw een X Y -foroes and the Z-foroes. To ilhustrate this, regard the lattice before it begins to buckle, i.e., when the stress eld is con ned to the X Y-plane. W hen a crack grow s beyond a œertain critical size, interaction betw een the stress eld and random variations in the $Z$-direction initiates out-ofplane displacem ents which ultim ately result in a buckled lattice. T he driving forces are term $s$ norm al to the $X$ Y -plane, i.e., term s such $\mathrm{as}_{\mathrm{z}}^{\mathrm{B}} \mathrm{X} \mathrm{Z} \mathrm{Z}^{(1)}$ and ${ }_{z}^{\mathrm{B}} \mathrm{Y} \mathrm{Z}_{\mathrm{i}}{ }^{(2)}$,
which belong to $Z_{i}{ }^{(1)}$ and $Z_{i}{ }^{(2)}$, respectively. These term $s$ are not large. In the at lattice, for instance, the last tw o term $s$ on the right-hand side of

$$
\begin{align*}
\mathrm{X}_{\mathrm{i}}^{(1)} & ={ }_{\mathrm{x}}^{\mathrm{A}} \mathrm{XX} \mathrm{X}_{\mathrm{i}}^{(1)}+{ }_{\mathrm{x}}^{\mathrm{T}} \mathrm{X} Y_{i}^{(1)}+{ }_{\mathrm{x}}^{\mathrm{B}} \mathrm{X} Y_{i}^{(1)}  \tag{40}\\
& +{ }_{\mathrm{x}}^{\mathrm{T}} \mathrm{XZ} \mathrm{Z}_{i}^{(1)}+{ }_{\mathrm{x}}^{\mathrm{B}} \mathrm{XZ} \mathrm{Z}_{i}^{(1)}
\end{align*}
$$

are identically zero while the term $\mathrm{S}_{\mathrm{x}}^{\mathrm{T}} \mathrm{X} \mathrm{Y}_{\mathrm{i}}{ }^{(1)}$ and ${ }_{\mathrm{x}}^{\mathrm{B}} \mathrm{X} \mathrm{Y}_{\mathrm{i}}{ }^{(1)}$ are very sm allin com parison $w$ ith the leading axialterm . The term $S_{z}^{B} X Z_{i}^{(1)}$ and ${ }_{z}^{B} Y Z_{i}^{(2)}$, how ever, although being sm all in com parison $w$ th either ${ }_{x} F_{i}^{(1)}$ or $\mathrm{x}_{\mathrm{i}}{ }^{(2)}$, are nonnegligible. T his ow es to the fact that there is no physical obstruction in the lattioe to inhibit displacem ents in the $Z$-direction, i.e., there is no leading ${ }_{z}^{A} Z_{Z i}$ term . $M$ oreover, as can be seen from $F$ ig. $\bar{I}_{1} 1$, when the lattioe is in an advanced state of buckling there will be regions where the out-of-plane buckling reaction is inclined w ith


F IG . 7: A lattice of size $L=50$, with an initial center-crack, show $n$ at four di erent stages of fracture. $T$ he num ber beam $s$ broken are, from (a) to (d), N $=0,10,20$, and 34 , respectively.
respect to the $Z$-axis, resulting in contributions of the type ${ }_{\mathrm{x}}^{\mathrm{B}} \mathrm{X} \mathrm{Z}_{\mathrm{i}}^{(1)}$ ( 0 . These are sm aller than ${ }_{\mathrm{z}}^{\mathrm{B}} \mathrm{X} \mathrm{Z}_{\mathrm{i}}{ }^{(1)}$, but are also assum ed to be non-negligible. In order to include such term $s$ the axes are rotated to the local de ection of the lattice, w hereupon the com ponents along the $\mathrm{X}-\mathrm{Y}-$ and $Z$-axes are obtained.

An exam ple of the e ect this has is when a large crack, perpendicular to the force couple, opens up in the center of the lattice, as in $F$ ig. $\overline{\underline{1}}$, or $F$ ig. $\overline{7}_{1}$. A though the initial displacem ent of the crack edges is norm al to the rest plane, an in-plane com ponent appears as the crack grow $s$, i.e., the nearedge of the crack is pulled slightly back along the negative $Y$-axis w hile the far edge is pulled forw ard in the opposite direction. T his can be seen clearly in $F$ ig .'G, where in $y_{i}(20)$ the row $s$ nearest to the crack edges are displaced below or above the xed values of the top and bottom row s. In the case ofthe nearedge thism eans that displacem ents are negative, i.e., they have m oved slightly backw ards w ith respect to their equilibrium positions in the unrestrained-strained lattice. These displacem ents becom e m ore pronounced as the crack grow $s$, as can be seen from $y_{i}(30)$ and $y_{i}(40)$.

It is particularly instructive to com pare the displace$m$ ents of a buckling lattice $w$ ith those obtained for the sam e lattice $w$ hen the out-of-plane degrees of freedom are


FIG. 8: C om parison between the crack-edge displacem ents, obtained for the buckling lattice shown in $F$ ig. $i_{1}^{\prime}$ (thick lines) and the sam e lattice w hen the out-of-plane degrees of freedom are suppressed (th in lines). A the top, the extent of the in itial center-crack is $I=18$ 34. In subsequent stages, the crack extent is $I=12 \quad 38(\mathbb{N}=10), I=2 \quad 38(\mathbb{N}=20)$ and $I=1 \quad 51(\mathbb{N}=34)$. For $X_{i}(\mathbb{N})$ the near edge of the crack is show $n$ and for $y_{i}(\mathbb{N})$ both edges are show $n$.
suppressed. In Fig. ${ }^{17}$, a lattice of size $L=50$ is shown in four stages of crack advancem ent. The corresponding in-plane displacem ents of the crack-edges are shown as thick lines in $F$ ig. . sam e lattioe in a non-buckling fracture $m$ ode. In the latter case, the $y_{i}$ displacem ents are seen to be con ned between the xed values of the top and bottom row, the physical structure of the lattice itself e ectively acting as an obstruction to displacem ents outside this range. A further feature that can be noted concems the aforem entioned $\backslash \mathrm{P}$ oisson" contraction. This e ect is seen to be present in a non-buckling lattice as well, although to a much lesser degree. As for the angular displacem ents $w_{i}$ (not shown), these are seen to be som ew hat larger in the buckling case, except for the peak values obtained at the crack tips, which are $m$ ore or less the sam e. These peak values increase only as the crack nears the outer boundaries of the lattice, where $x_{i}$ is large.

In general, the expressions derived for force and m o$m$ ent from Ref. [1] ] are accurate for sm all displacem ents only. Th is assum ption we sim ply extend to all displace$m$ ents. A second reason for rotating the axes, then, is


FIG. 9: Transverse stresses in a lattice of size $L=100 \mathrm{w}$ ith a central crack which extends from $I=24$ to $I=78$. Shown are stresses in the non-buckling (A) and buckling (B) fracture $m$ odes, for every row $J$ up to and including that which coincides $w$ ith the near edge of the crack, i.e., $J=51 . N$ egative values correspond to com pressive stresses.
to conserve the consistency of the approxim ations used. To ilhustrate the point one $m$ ay, for instance, regard a straight beam which, in its rest state, lies along the X axis. The tem ${ }_{\mathrm{Z}}^{\mathrm{T}} \mathrm{X} \mathrm{Z}_{i}^{(1)}$ then expresses the transverse force as a function of $z . W$ hen $u_{i}$ is large, how ever, and the coordinate axes are xed, $z$, in addition to the transverse force, also im plies som em easure of axial strain in the beam even though this e ect has already been included via Eq. $\left(\underline{1} \overrightarrow{1}_{1}\right)$. H ence, rotating the axes precludes the introduction of system atic errors, e.g., due to angular de ections of the lattice. It also im proves the quality of the approxim ations used since angular displacem ents are rendered less severe in a rotated coordinate system. Large angular de ections usually involve a number of nodes on the lattice and hence by rotating the axes we avoid that too $m$ any errors accum ulate.

It should also be pointed out, $m$ oreover, that w ith three rotational degrees of freedom there $w$ ill in principle be several displacem ent com binations which correspond to a given space orientation of the beam axis. Hence the pro jection of forces into the X Y - X Z - and Y Z-planes is an approxim ation based on the assum ption that large de ections about $m$ ore than one axis sim ultaneously are rare. O therw ise the exact orientation of the beam would be history-dependent, i.e., it would depend on the sequence in which the ( $n a l$ ) angular displacem ents $u_{i}, v_{i}$ and $w_{i}$ w ere increm ented.

## V. FORCECOMPONENTS

T he out-of-plane force com ponents are sm all, but their collective e ect has a signi cant im pact on the stress eld. In the presence of signi cant cracks there is a feedback from the $Z$-displacem ents which allow s the X Y-
displacem ents of the buckled lattice to relax w ith respect to the X Y -displacem ents of the at lattice. O ne exam ple of this is the transverse com pressive stress stored in the region in front of and behind the crack in the nonbuckling lattice. Buckling releases this stress, as can be
 is shown in the non-buckling ( $A$ ) and the buckling ( $\bar{B}$ ) cases. In (A) a region of com pressive stress con ned between the crack tips is seen to extend for a distance of about 6-8 row s aw ay from the crack edge. In (B) only a vestige of this is left, and then only in the im $m$ ediate vicinity of the crack. T he tensile stress at the crack tips increases slightly in the buckled con guration.

In the non-buckling beam $m$ odel, the extra non-linear term swhich arise when the beam is sim ultaneously bent while under axial com pression, or tension, are of lesser im portance. All forces now act with in the structure which de nes the plane so that, in calculating the inplane displacem ent eld, corrections such as those due to $\mathrm{w}_{\mathrm{i}}$ in Eq. (23) m ay be neglected. The out-of-plane displacem ent eld, on the other hand, is obtained from an equilibrium state in force and $m$ om ent betw een a num ber of term $s$ which are individually sm all.

For instance, the axial, transverse and buckling com ponents which $m$ ake up the $j=1$ contribution to Eq. (25) are show $n$ in $F$ ig. ${ }^{1} 10^{\prime}$. H ere the vertical scales on the three subplots have been adjusted to the relative sizes of the com ponents. T he $m$ agnitudes, furthem ore, refer to the scale of Fig. $\overline{1}$, $\overline{1}$ and thus gives an idea of the \sm allness" of the out-of-plane force com ponents. In agreem ent with
 cant w ithin a region nearest to the crack edge, extending about 6-8 row s to either side of the crack. At the onset of buckling the axial and transverse term $\mathrm{S}, \mathrm{A}_{\mathrm{A}} \mathrm{X} \mathrm{Z}_{i}^{(1)}$ and ${ }_{\mathrm{z}}^{\mathrm{T}} \mathrm{X} \mathrm{Z}_{\mathrm{i}}{ }^{(1)}$, are identically zero while the buckling term, ${ }_{z}^{B} X_{i}{ }_{i}^{(1)}$ show $n$ in $F$ ig. ${ }^{\prime \prime}$ the sum of contributions from $j=1 \quad 4$ is non-zero. As the out-of-plane de ection increases, an equilibrium is approached where the sum of forces is zero. At this equilibrium the buckling term S , e.g., term S such $\mathrm{as}_{\mathrm{z}}^{\mathrm{B}} \mathrm{X} \mathrm{Z}_{\mathrm{i}}{ }^{(1)}$ in $F$ ig. ${ }^{1} \underline{O}_{1}^{\prime \prime}$, rem ain non-zero. T his is also the case w ith
 subplots are not $m$ utually to scale in this case, but the $m$ agnitudes again refer to the scale of $F$ ig. $\overline{1}_{19}$. O ut-of plane $m$ om ents are seen to be som ew hat larger than the axial and transverse buckling forces of $F$ ig. i1q. H enœ, at the equilibrium, the $m$ ost signi cant of the non-linear term sare those relevant to them om entum, ${ }_{\mathrm{u}}^{\mathrm{B}} \mathrm{X} \mathrm{Z}_{\mathrm{i}}{ }^{(1)}$ being about ve tim es larger than ${ }_{\mathrm{z}}^{\mathrm{B}} \mathrm{X} \mathrm{Z}_{\mathrm{i}}{ }^{(1)}$.

It is instructive to see what happens when buckling term s such as ${ }_{z}^{B} X_{i}{ }_{i}^{(1)}$ and ${ }_{u}^{B} X_{i}{ }_{i}^{(1)}$ are rem oved. Shown in $F$ ig. '12', at the onset of buckling, is the $m$ ovem ent of the crack-edge as a function of tim e, the tim e-steps being de ned by the teration procedure which locates the equilibrium of force and $m$ om ent. Just before the point at which equilibrium is reached, all buckling term $s$ are \sw itched o " whereupon the rem aining forces set about


FIG.10: O ut-of-plane force com ponents. Shown are the axial ${ }_{z}^{A} \mathrm{X}_{i}{ }_{i}^{(1)}$, transverse ${ }_{z}^{T} \mathrm{X} \mathrm{Z}_{i}^{(1)}$, and buckling ${ }_{\mathrm{Z}}^{\mathrm{B}} \mathrm{X} \mathrm{Z}_{\mathrm{i}}^{(1)}$ contributions to $Z_{i}^{(1)}$ of Eq. (25). C ontributions to $Z_{i}^{(3)}$ are sim ilar, but with the contours of $z_{z}^{A} X Z_{i}^{(3)}$ and ${ }_{z}^{T} X Z_{i}^{(3)}$ being $m$ irror re ections of ${ }_{z}^{A} X_{i}{ }_{i}^{(1)}$ and ${ }_{z}^{T} X Z_{i}^{(1)}$ about $I=51$. C ontributions to $Z_{i}^{(2)}$ and $Z_{i}^{(4)}$ are sm aller. Lattice param eters used and contours shown are the sam e as in Fig. ${ }_{1}$.
to locate a new $m$ inim um of elastic energy. This new $m$ inim um, of course, is none other than the at con guration. A s w ould be expected, not only do term s such as ${ }_{\mathrm{Z}}^{\mathrm{B}} \mathrm{X} \mathrm{Z}_{i}{ }^{(1)}$ and ${ }_{\mathrm{u}}^{\mathrm{B}} \mathrm{X} \mathrm{Z}_{i}^{(1)}$ cause buckling, they also sustain it once it has been established.


F IG . 11: O ut-of-planem om ent com ponents about the $Y$-axis. Show $n$ are the torsional $l_{u}^{Q} Y Y_{i}^{(2)}, \operatorname{axial}_{\mathrm{u}}^{\mathrm{M}} \mathrm{XZ}_{i}^{(1)}$, and buckling ${ }_{u}^{B} X_{i}{ }_{i}^{(1)}$ contributions to $U_{i}$ in Eq. (29). Lattice param eters used and contours show $n$ are the sam $e$ as in $F$ ig. ${ }_{1}^{\prime}$, 1 .


FIG. 12: The m ovem ent of the crack-edge as a function of the tim e-steps in the num erical iteration, shown for a lattice of size $L=40$ at the onset ofbuckling and for a central crack betw een $I=14$ and $I=28$. Just prior to the point at which the equilibrium, is reached, at tim e $\mathrm{T}_{\mathrm{C}}=1570$, all term s such $\mathrm{as}_{\mathrm{z}}^{\mathrm{B}} \mathrm{X} \mathrm{Z}_{\mathrm{i}}^{(1)}$ are \sw itched 0 ".

Finally some rem arks on the angular correction in Eq. ( $1 \bar{I}_{1}$ ), which is included to allow for the possibility that axial forcem ay increase or decrease as a consequence ofbending. In Eq. $\left(1 \underline{I}_{1}\right)$ it is assum ed that the additional elongation due to bending can be obtained from a multiplicative factor. $T$ his factor is based on the ratio of a circular arc [16] to a straight line, the form er being the sem i-circle de ned by the angular di erence $u$ at the end-points and the latter the line which connects these. On the levelofthe individualbeam, the presence ofin ection points are neglected in this approxim ation. In other words, up-dow $n$ curvatures $m$ ay only occur in com binations of two orm ore beam $s$ in an end-to-end alignm ent. Furtherm ore, as can be seen from Eq. $\left(\overline{1}_{1}^{-} \overline{7}_{1}\right)$, the e ect of in-plane bending $m$ om ents, or transverse displacem ents perpendicular to the rest axis of the beam, are neglected as contributions which would otherw ise add to the axial length of a beam.

## V I. IN IT IA LIZ IN G THE O U T O F P LA NE DEFLECTION

An im portant feature to be included in the model is the random variation of the $m$ aterial in the out-ofplane direction, as was rem arked in section , In thin $m$ aterials such as paper, cloth, $m$ em branes and so forth, the $m$ ost im portant factor in uencing the behaviour during fracture is not the three-dim ensionalstructure of the m aterial itself. $R$ ather it is the out-of-plane de ection of this structure which $m$ akes a di erence. N evertheless, random variations in the thickness direction provide an im portant part of the $m$ echanism which in itiates buckling. This is because such variations com bine w th the extemally applied force and the em erging cracks to create local foroes and $m$ om ents $w$ hich are not perfectly aligned w thin the plane. O nce a buckled con guration has been


FIG.13: Buckling m odes for ten sam ples of a lattioe of size $L=100, w$ ith a center-crack betw een $I=34$ and $I=68$. For the low er half of the lattice, contours of every other row $J=1,3, \ldots$, are show $n$, up to and including $J=51$, i.e., the near edge of the crack. T he far edge, $J=52$, is also show $n$. The only di erence between the sam ples is the random variation used to in itialize the out-of-plane de ection.
established, how ever, the variation in the thickness direction is far less im portant.

Since we presently regard the out-of-plane de ection of a structure which has no vertical extent, buckling must be initiated by other means. Speci cally, in modeling the fracture process, the equilibrium stress eld is recalculated by use of Eq. (10) after a beam has been rem oved. At each step of this process, i.e., for each beam rem oved, a sam ple-speci c random noise in the form of a sm all vertical displacem ent is im posed on all nodes of the lattice. P resently, we use a random number uniform ly distributed on the interval [ $0: 01 ; 0: 01]$. In the early stages of the fracture process, the stress eld is calculated in the presence of these variations until buckling com $m$ ences. B efore sizable cracks appear, forces com bine to atten out the vertical displacem ents. That is, a at con guration is energetically preferred to begin $w$ ith, and fracture propagates according to the non-buckling sim ulation. As signi cant cracks begin to appear, how ever,
the conditions at som e point becom e favourable for the out-of-plane com ponents of the stress eld to be realized, and buckling sets in. From here on the random noise is discarded, and the next displacem ent con guration is sim ply calculated from the previous coordinates. W hen the lattice has been broken, a new set of vertical displacem ents is generated for the next sam ple, i.e., a sam ple-speci c random noise is used.

Lattice buckling $m$ odes in the presence of a centercrack of size $L=3$ are show $n$ in $F$ ig. 131. T he only disorder present here is that due to the out-of-plane initialization, but evidently a num ber of buckling m odes $m$ ay appear. In the follow ing, cases w here the de ection of the edges of the crack is to the sam e side, i.e., up-up or downdow n , are referred to as sym m etric buckling, and cases where the de ection is to opposite sides is referred to as anti-sym $m$ etric buckling. In $F$ ig. 13 ( D ) and ( E ) are exam ples of the form er, and ( $F$ ) and ( $H$ ) are exam ples of the latter. A nother buckling m ode which frequently ap-


FIG. 14: A beam lattice of size $L=50$, show ing (a) the sym $m$ etric and (b) the anti-sym $m$ etric buckling $m$ odes for a crack betw een $\mathrm{I}=12$ and $\mathrm{I}=40$.
pears is that shown in (A), (G) or (J), where the $m$ ain bulge at one of the crack edges is $m$ ade up of four, rather than three, half-w aves. B ased on the few dozen sam ples observed, (A) and (J) evolve into type (D) after a few $m$ ore beam s have been broken, and (G) into type (E), i.e., the sym $m$ etric buckling $m$ ode prevails in each case. H ow ever, due to the random ness introduced, exam ples such as ( H ) are not com pletely anti-sym $m$ etric about the neutral plane. H ence, even for this sim ple crack con $g$ uration, the exact shape of the out-of-plane de ection can vary considerably. T he overall shape, how ever, tends to fall within the $m$ ain categories, i.e., one of the two sym $m$ etric or anti-sym $m$ etric buckling $m$ odes. $T$ his way of initializing the out-of-plane de ection is suitable for studying disordered system s , w here a lattice w ithout any in itial geom etrical discontinuity is strained until random cracks begin to appear. A s the cracks grow buckling sets in at som e point, depending on the con guration, position and size of the intial cracks.

A nother way of in itializing the out-of-plane de ection is to im pose a sm allverticalde ection on a very few nodes in strategic positions. This is m ost practicalw hen studying an \ideal" buckling scenario, such as the fracture of a non-disordered plate $w$ ith a perfect center-crack.

## VII. FRACTURECRITERION

In order to study how buckling a ects the fracture properties of a two-dim ensional structure an appropriate breaking criterion should be chosen. A s previously $m$ entioned, this can be done to suit a range of engineering requirem ents. O ften the m ode of rupture in the out-of-plane direction is radically di erent from that which takes place $w$ thin the plane. In paper or cloth, for instance, the phenom enon which rst springs to $m$ ind is tearing. The energy required to propagate a crack across a given area in tear mode is much less than that which causes the sam e area to fracture in pure tensile loading. $T$ his is especially the case $w$ th paper.

O ut-ofplane contributions to the breaking criterion $m$ ust be included by som $e$ other $m$ echanism than that provided by Eq. ( $\underline{\rho}_{1}^{(9)}$ ), since the latter is relevant to regions which are com parable in size to a beam. T he stress intensi cation due to buckling, on the other hand, is due to $m$ uch sm aller regions, i.e., com parable in extent to the sharp crack tip. O ne way of enhancing the stress due to buckling is to com bine torsion with axial stress. The larger the load, the m ore sensitive the beam $w$ ill be to the presence of a given am ount of torque. C om pressive loads are assum ed to alleviate the torsionalm om ent, but only to a very sm all degree.

H ence, the breaking criterion can be stated as

$$
\begin{equation*}
{\frac{F_{c}}{t_{c}}}^{2}+\frac{j c j}{t_{c}} \quad 1 \tag{41}
\end{equation*}
$$

where

$$
\begin{equation*}
F_{C}=F_{i}{ }^{(j)} \quad Q_{i}^{(j)} \tag{42}
\end{equation*}
$$

is the e ective stress,

$$
\begin{equation*}
Q_{i}^{(j)}=p_{j}{\underset{v}{Q} X X X_{i}^{(j)}+q_{j}{ }_{u}^{Q} Y Y_{i}^{(j)}, ~}_{(j)} \tag{43}
\end{equation*}
$$

the torque, and $c$ the combined bending $m$ om ent. $W$ ith w and $t$ denoting the w idth and thickness, respectively, of the beam,

$$
\begin{equation*}
=\frac{\mathrm{w}}{\mathrm{t}} \tag{44}
\end{equation*}
$$

is the aspect ratio of the cross section, and

$$
=\begin{array}{cl}
1+{ }^{2} L F_{i}^{(j)} L_{0} ; & F_{i}^{(j)}<0 ;  \tag{45}\\
1 ; & F_{i}^{(j)} \quad 0 ;
\end{array}
$$

is the enhancem ent factor in Eq. (424).
C onsidering F ig. '1 11 , the breaking stress is increased in case (b) and also in case (a) provided the de ections in front of and behind the crack are not congruent. W hen the bulges are com pletely sym $m$ etric, how ever, (a) does not intensify the breaking stress and thus contradicts experim ental ndings.

A nother possibillty is to assum e a crack-tip stress enhancem ent which depends on the out-of-plane bending m om ent. H ere the in-plane displacem ent com ponent $y_{i}$ observed in Fig. ${ }^{1}$, i.e., the backw ard and forw ard $m$ ove$m$ ent of the crack edge, creates an angular displacem ent about the X -axis. For a su ciently thin plate the resistance tow ards bending will not be su cient to halt the out-ofplane de ection once it has com $m$ enced, since the foroes involved act over a region $m$ uch larger than the im $m$ ediate neighbourhood of the crack. D ue to the short distance which separates the top and bottom surfaces, the resulting \lever-arm" e ect creates an asymm etric stress-gradient across the crack front in the direction of the thickness. W hereas tensile force on the concave side is then reduced, it increases on the convex side. This
increase com es in addition to the stress already concentrated along the crack front, i.e., the very presence of a crack creates a screening e ect which re-distributes the in-plane stresses so as to cause a build-up in the load at the crack tips. For a crack that has grown to an extent w hich allow sbuck ling to occur, this in-plane stress is signi cant. The crack-tip opening angle also plays an im portant role. Buckling in brittle $m$ aterials, for instance, is know $n$ to have a profound e ect on the $m$ axim um load the system can tolerate before breaking. In a FEM study by Seshadri and $N$ ew m an $\left[1 \overline{1}_{1}\right]$ a hypothetical very large critical crack-tip opening angle was used to m odelbuckling in a ductile $m$ aterial. Strength reduction in this case w as found to be signi cantly sm aller than for brittle materials.

In the beam m odel, the crack tip is never sharper than exactly one beam length. To em ulate the above stress enhancem ent due to out-of-plane bending we instead im agine a sharp crack to be em bedded w ith in that beam which on the lattice de nes the tip of the crack, and consider a com bination of axial stress and $m$ om ent. Out-ofplane bending $m$ odes are show in F igs. $\overline{115}$ and $\overline{1} \overline{1} \overline{1}$, where the displacem ents of the schem atic lattice at the top have been exaggerated som ew hat to illustrate the point. Speci cally, the Z-displacem ents of contour B have been scaled up 100 tim es w th respect to those of contour A, which itself is scaled up with respect to the horizontal extent of the lattice. T he in-plane $Y$-displacem ents have also been adjusted accordingly.

Experim ental evidence indicates that the stress enhancem ent at the crack tips is more or less sim ilar in the sym $m$ etric and anti-sym $m$ etric buckling $m$ odes. To inconporate this we distinguish betw een the tw o cases. H ence, retaining Eq. (4는), we introduce

$$
\begin{equation*}
\operatorname{Ni⿻f}_{i}^{(j)}=\frac{M_{i}^{(j)}}{M_{i}^{(j)}}{ }_{j} ; \tag{46}
\end{equation*}
$$

where

$$
\begin{align*}
M_{i}^{(j)} & =P_{j}{ }_{u}^{M} X Z_{i}^{(j)}+{ }_{u}^{B} X Z_{i}^{(j)}  \tag{47}\\
& +q_{j}{ }_{v}^{M} Y Z_{i}^{(j)}+{ }_{v}^{B} Y Z_{i}^{(j)}
\end{align*}
$$

replaces $Q_{i}^{(j)}$ in Eq. (42근). In this prescription,

$$
\begin{equation*}
\operatorname{Nh}_{i}{ }^{(j)}=\sqrt{\sqrt{1}}{ }_{j}^{(i)} \tag{48}
\end{equation*}
$$

denotes sym $m$ etric ( ) or anti-sym $m$ etric (+ ) buckling, respectively, w ith the signs referring to the direction of the $m$ om ent at the two beam ends.

For the e ective stress in the beam, we now use

$$
\begin{equation*}
F_{C}=F_{i}^{(j)} \quad b M_{i}^{(j)} \quad M_{j}^{(i)} \tag{49}
\end{equation*}
$$

in the sym $m$ etric case, i.e., when

$$
\begin{equation*}
\mathbb{N f}_{i}^{(j)}=\mathbb{N F}_{j}^{(i)} ; \tag{50}
\end{equation*}
$$



FIG. 15: Sym m etric buckling. Shown at top, for a lattice of size $L=100$, is ( $A$ ) the $I=51$ contour, passing through the $m$ iddle of the lattice, and (B) the $I=34$ contour, passing through the left-hand side crack tip. A lso shown is the bending $m$ ode of the beam which de nes the crack tip at the junction between $I=34$ and $J=51$. At the bottom are shown the out-of-plane angular displacem ents $\mathrm{v}_{\mathrm{i}}$ about the $X$-axis, in the case of (B) above. A lso shown are the neighbouring contours, (C) $I=33$ and (D) $I=35$, where (D) is discontinuous due to the intersecting crack.
and

$$
\begin{equation*}
F_{C}=F_{i}^{(j)} \quad \frac{1}{2} b \max \left(M_{i}^{(j)} ; M_{j}^{(i)}\right) \tag{51}
\end{equation*}
$$

in the anti-sym $m$ etric case, i.e., when

$$
\begin{equation*}
\sqrt{f}_{i}^{(j)}=\sqrt{\sqrt{f}_{j}^{(i)}}: \tag{52}
\end{equation*}
$$

The enhancem ent factor in Eqs. (49) and ( $\left.\mathbf{L}_{1}^{-1} \overline{1}_{1}^{\prime}\right)$ is

$$
\mathrm{b}=\begin{gather*}
\left(\mathrm{b}_{\mathrm{i}} 1+{ }^{2} \mathrm{LF}_{\mathrm{i}}^{(j)} \mathrm{L}_{0} ; \mathrm{F}_{\mathrm{i}}^{(j)}<0 ;\right.  \tag{53}\\
0 ;
\end{gather*}
$$

where

$$
\begin{equation*}
\mathrm{b}_{\mathrm{i}}=\mathrm{p}_{\mathrm{i}} \mathrm{~b}_{\mathrm{i} ; \mathrm{x}}+\mathrm{q}_{\mathrm{i}} \mathrm{~b}_{\mathrm{i} ; \mathrm{y}} \tag{54}
\end{equation*}
$$

is a discontinuity operator. The choice $m$ ade above causes the breaking stress of the beam s at the crack tips to increase by a com parable am ount in sym $m$ etric and anti-sym $m$ etric buckling.

The expressions for and $b$ in Eqs. ( $4 \overline{4}$ ) and ( $\overline{5} \overline{3} 1)$, respectively, have been chosen, very generally, to incorporate som e overalle ects related to size, $m$ aterial and relative dim ensions. H ence, it is reasonable to assum e that, for a given size, \tearability", or the \lever-arm " e ect, increases with decreasing sheet, or plate, thickness. In conjunction w ith this, the crack-tip opening an-


FIG.16: A nti-sym $m$ etric buckling. Show $n$ at top, for a lattice of size $L=100$, is ( $A$ ) the $I=51$ contour, passing through the $m$ iddle of the lattice, and ( $B$ ) the $I=34$ contour, passing through the left-hand side crack tip. A lso shown schem atically is the the beam which de nes the crack tip at the junction between $I=34$ and $J=51$. A though the bending $m$ ode is correct, the actual angles at the ends of the beam are negative and not positive as show $n$. O ut-of-plane angular displacem ents $v_{i}$ about the $X$-axis are included_at the bottom, w ith the notation being the sam e as in $F$ ig. $1 \mathbf{1 5 I}_{\text {I }}$.
gle, which decreases w ith increasing resistance tow ards in-plane bending, also enters the picture. B oth e ects are presently included via the ratio of the in-plane to the out-of-plane inertial $m$ om ent for bending, i.e., ${ }^{2}=I_{Z}=I_{X}$. $T$ he length of the arm w ith which the out-of-plane forces act is assum ed to be proportional to the vertical extent of the buckling zone. Since this, in tum, is proportional to system size, a factor $L F_{i}{ }^{(j)}$ is also included. A s noted previously, fracture is initiated by displacing the top row of the lattioe a xed distance, usually corresponding to one beam length. To avoid scale e ects associated w ith this, a further factor $L_{0}$ is included, where $L_{0}$ is the size of the reference system for which the top row displace$m$ ent is exactly one beam length. The introduction of a reference system allows for the possibility of com paring system s of varying size where the physicalbehaviour involved requires the sam e relative extemal boundary conditions. For instance, referring to the intact lattice, $m$ ode-I loading then im poses the same initial strain of $\left(L_{0}+1\right)^{1}$ on each beam. A though com putational tim e increases when $L>L_{0}$, features such as how various buckling $m$ odes appear $w$ ith respect to system size $w$ ill depend on the extemal loading. Otherw ise, $\mathrm{L}_{0}=\mathrm{L}$ $m$ ight probably be used in cases w here we are interested in features which depend on the intemal processes of the fracture $m$ echanism, such as the roughness exponent of crack interfaces.

To guard against unphysicalbreaks, we introduce

$$
\begin{equation*}
\mathrm{p}_{\mathrm{y} ; \mathrm{i}}=\mathrm{n}_{\mathrm{y} ; \mathrm{i} 1}+\mathrm{n}_{\mathrm{y} ; \mathrm{i}+1} \tag{55}
\end{equation*}
$$

which contributesw hen one orboth nearest lateralneighbours are intact, and
which contributes when a certain num ber of neighbours have been broken. For any node i, the array

$$
\mathrm{n}_{\mathrm{y} ; \mathrm{i}}=\begin{align*}
& 0  \tag{57}\\
& 1
\end{align*}
$$

now keeps track of the status of the beam which extends aw ay from $i$ in the direction of the $Y$-axis, i.e., it rem em bers whether this is broken or intact, respectively. T he com bined expression,

$$
\begin{equation*}
\mathrm{b}_{\mathrm{y} ; \mathrm{i}}=\mathrm{P}_{\mathrm{y} ; \mathrm{i}} \bigotimes_{\mathrm{y} ; \mathrm{i}} ; \tag{58}
\end{equation*}
$$

has the property

$$
\mathrm{b}_{\mathrm{y} ; \mathrm{i}}=0 \begin{align*}
& 0  \tag{59}\\
& 1
\end{align*}
$$

as has $x_{i}$ goveming cracks in the norm aldirection. In other words, Eq. (54) ensures that the stress enhance$m$ ent $m$ echanism is activated only in cases where the lateral neighbour on one side is intact while sim ultaneously a certain number of beam $s$, de ning a $m$ inim um crack length $C_{L, m}$, are broken on the other side.

In $m$ ost cases the operator $i$ is not necessary. It has been included to avoid cracking being induced near the top and bottom row s of the lattice. For very large system S , and especially in cases where L is signi cantly larger than $L_{0}$, breaks som etim es occur due to the large angular gradients in beam s extending up from $J=1$ or dow from $J=L+2$, see, for instance, $F$ igs. '15' and '1G. In the present form alism the properties ofbeam $S \mathrm{w}$ th in ection points are not considered, the sm allest crack that can cause buckling, i.e., a bulge consisting of at least three half-w aves, is therefore approxim ately $C_{L, m}=4$. This is con $m$ ed in num erical runs for system $s w$ ith $s m$ all $L$, but where $L \gg L_{0}$. A problem $w$ ith using such a large value of $C_{L ; m}$ is that it excludes cracks inclined at an angle w th respect to the horizontal. O ver a w ide range of system param eters and extemalboundary conditions, how ever, $\mathrm{C}_{\mathrm{L}, \mathrm{m}}=2 \mathrm{w}$ as found to be adequate.

In the lim it of no buckling, i.e., $v!0$ or $u!0$, Eq. ( $\left.\overline{4} \overline{1} \overline{1}_{1}\right)$ reduces to Eq. (9, $\left.\overline{1}\right)$. In other words, if buckling is not activated, then neither is the stress enhancem ent $m$ echanism in the fracture criterion.

F inally, in order to illustrate how Eq. (41-1), w ith Eqs. (4늬) to ( $\overline{5} \overline{2} \overline{9})$ de ning the stress enhancem ent $m$ echanism, works within our m odel of buckling, we consider the buckling response ratio of the residualstrength of the


FIG. 17: The buckling response ratio, $\mathrm{F}_{\mathrm{b}}$, shown as a function of the crack-length-to-thickness ratio, $\mathrm{C}_{\mathrm{L}}=\mathrm{t}$, for various system S with $\mathrm{L}=3 \mathrm{C}_{\mathrm{L}}$. O pen squares denote the results of varying $L$ while keeping $t$ constant, led circles denote the results of varying $t w$ ith $L=54$ xed, and crosses denote sim ilar results with $L=24$ xed. K uhn and $F$ igge's linear expression [18] is also included for com parison.
system . That is, $\mathrm{F}_{\mathrm{b}}=0={ }_{\mathrm{z}}$, where 0 and z represent the $m$ axim um applied extemal force a restrained or buckled plate, respectively, can tolerate before breaking apart. Early experim ental results show that the decrease in strength due to buckling increases as the ratio of the
crack-length $C_{L}$ to the thickness $t$ is increased. A linear relationship w as proposed by K uhn and $F$ igge [18] which, in the case ofbrittle $m$ aterials, has been show $n$ to agree
 results obtained $w$ th the beam $m$ odelare com pared $w$ ith the K uhn $F$ igge relationship. A sm all correction to the size of the central crack has been $m$ ade to account for the nite size of the beam s. The e ect is very sm all, shifting the values of the sm allest system s slightly to the left, thus im proving the agreem ent w ith the K uhn $F$ igge relationship from very good to excellent.

## V III. SUMMARY

To sum m arize, we have included the additionaldegrees of freedom necessary to describe the interaction of cracks w th buckling in the elastic beam m odel. Th is m odel is stochastic in nature, so that sheets $w$ ith random cracking at any level of $m$ eso-structural disorder can be studied, including system sw ith no disorder. In addition to im portant issues of practical relevance in traditional fracture $m$ echanics, such as strength properties and stability, the present $m$ odel also enables fiundam ental aspects of fracture in random $m$ edia to be explored.
[1] See, e.g., H . J. H erm ann and S. R oux, Statistical M odels for the Fracture ofD isordered M edia, ( $N$ orth $H$ olland, A m sterdam, 1990).
[2] S. R oux and E. G uyon, J. Phys. (P aris) Lett. 46, L999 (1985).
[3] R. G. Form an, \Experim ental Program to $D$ eterm ine $E$ ect of C rack Buckling and Specim en D im ensions on Fracture Toughness of Thin Sheet M aterials", Technical R eport A FFD L-TR-65-146, A ir F orce F light D ynam ics Laboratory, D ayton, O hio (1966).
[4] J. R.D ixon and J. S. Strannigan, \Stress D istributions and Buckling in $T$ h in Sheets w ith C entralSlits", in P roc. Second Int. C onf. on Fracture, pp. 105-118, edited by P. L. P ratt et al., (C hapm an and H all, 1969).
[5] G.F. Z ielsdor and R.L.C arlson, Eng. Fract. M ech. 4, 939 (1972).
[6] B . B . M andelbrot, D . E. P asso ja and A. J. P aullay, N ature 308, 721 (1984).
[7] A .L . B arabasiand H .E . Stanley, FractalC oncept in Surface $G$ row th, ( $C$ am bridge U niversity P ress, C am bridge, England, 1995).
[8] L. de A rcangelis, S . R edner and H . J. H erm ann, J. P hys. (P aris) Lett. 46, L585 (1985).
[9] A. H ansen, E. L. H in richsen and S. R oux, Phys. Rev. Lett. 66, 2476 (1991).
[10] G. G. B atrouni and A. H ansen, P hys. R ev. Lett. 80, 325 (1998).
[11] B . Sk jetne, T . H elle and A . H ansen, P hys. R ev. Lett. 87, 125503 (2001).
[12] E. B ouchaud, J. P hys. C ondens. M atter 9, 4319 (1997).
[13] H. J. H erm ann, A. H ansen and S.R oux, P hys. R ev. B 39, 637 (1989).
[14] M . R . H estenes and E. Stiefel, N at. B ur. Stand. J. R es. 49, 409 (1952).
[15] R. J. R oark and W . C. Y oung, Form ulas for Stress and Strain, (M GG raw H ill B ook C om pany, N ew Y ork, 1975).
[16] For the param eters chosen in ourm odel the di erence in angular displacem ent at the beam ends is alw ays sm all. In the buckling behaviour of fabrics, how ever, the local curvature can be very large. W ith an exact expression it has been shown that, even in the case of very large bending angles, the equilibrium shape rem ains close to that of a circular arc. See, e.g., K.J. C hoi and H.S.K O, ACM T.Graphic. 21, 604 (2002).
[17] B . R . Seshadriand J. C .N ew m an Jr., \A nalyses of B uckling and Stable Tearing in Thin-SheetM aterials", Technical M em orandum NA SA -TM -1998-208428, Langley Research C enter, $H$ am pton, $V$ irginia (1998).
[18] P.K uhn and I.E .F igge, \U ni ed N otch-Strength A nalysis for $W$ rought A lum inum ", Technical N ote NA SA -T N -D-1259, Langley $R$ esearch C enter, $H$ am pton, $V$ irginia (1962).

